electrodes separated by a thin insulating barrier can reproduce to some extent the energy dependence of the density of states in the vicinity of the Fermi level of the electrodes. This technique is largely used to derive quantities such as energy gaps in the quasi-particle density of states if one or both electrodes are superconductors. Schottky-type electron tunnelling using N-doped evaporated GaSb on (TMTSF)2PF6 or (TMTSF)2ClO4 performed under 11 kbar and ambient pressure for the two organic compounds respectively, supports the existence of a depression of \( n(E_F) \) in the organic superconductor over an energy width \( 2 \Delta = 3.6 \text{ meV} \) centred at the Fermi energy (Fig. 6a). The FIR reflectance of (TMTSF)2ClO4 studied at helium temperature reveals a drop of 5% around 3.8 meV. As shown by magneto-absorption experiments (Fig. 6b), this optical absorption threshold can be observed without significant shift of its energy up to 15 K or so. The vanishing of the absorption threshold occurs between 20 and 50 K 9).

The experimental results presented in this section suggest the existence of a pseudo-gap of width 3.6 - 3.8 meV at the Fermi level. This pseudo-gap is suppressed by a large magnetic field and remains visible up to temperatures which are about ten times the temperature for the onset of long range superconducting order. Since organic conductors are Q-1-D conductors, precursor signs of the low temperature instabilities are expected to occur at temperatures larger than the 3-D ordering temperature. Thus, we must consider precursor effects of two different kinds: SDW or superconductivity.

We may rule out the SDW origin of the pseudo-gap for several reasons: (i) no sign of magnetism has been detected (via NMR experiments) up to the temperature domain in which the pseudo-gap is observed; (ii) whenever a SDW gap is observed, it is stabilized and not suppressed by a magnetic field; (iii) there is no SDW state stable at low temperature in (TMTSF)2PF6 under pressure; (iv) electron tunnelling characteristics related to an SDW gap which have been observed in (TMTSF)2PF6 below 12 K at ambient pressure do not show the typical resistance minima on both sides of the zero bias; (v) no commensurability would prevent the fluctuating SDW from contributing to the DC conduction.

Superconducting Fluctuations and Conclusion

The discussion in the previous section shows that superconductivity probably originates from the strongly developed precursor regime. However, how can one reconcile a precursor domain extending about 30 K, with a superconducting transition which behaves very much like phase transition within the mean-field theory (Fig. 3). The small critical width of the superconducting transition seen by specific heat (\( \Delta(T/2T_c) \approx 10\% \)) does not support the existence of fluctuations up to \( T = 10 \text{ K} \) unless the point of view of phase transitions in Q-1-D conductors is taken. In this case for a two degrees of freedom parameter (amplitude and phase) some decoupling of the two components occurs at \( T >> T_c \).

The spatial correlation function of the order parameter is given by:

\[
\langle \Delta(x)\Delta(0) \rangle = |\Delta|^2 \exp(-x^2/\xi^2(T))
\]

where \( \xi(T) = \xi_0/kT \). Consequently, at \( T > 0 \), the short range order which arises with a coherence length \( \xi(T) \), diggs a pseudo-gap of width \( 2 \Delta = \xi_0/kT \) at the Fermi level. The amplitude of the order parameter reaches a significant value \( \approx \xi_0 \) already below the 1-D mean-field temperature, \( T = 3.8 \text{ K} \), whereas the phase is still free to take any value until \( T = 3.8 \text{ K} \). At \( T = 3.8 \text{ K} \), inter-chain locking of the phases occurs. If the zero point motion of the phase (quantum fluctuations) is taken into account a true gap develops below \( T = 3.8 \text{ K} \). Its value at \( T = 3.8 \text{ K} \) amounts to a real gap \( 2 \Delta(T = 3.8 \text{ K}) = 3.5 \text{ K} \), a value much smaller than the amplitude of the pseudo-gap. For strong quantum fluctuations Schulz and Bourbonnais 4) have derived \( 2 \Delta(T = 0) = 3.5 \text{ K} \); i.e. the mean-field behaviour is recovered for the phase locking transition (onset of 3-D order). Furthermore with reasonable values of the intrachain coupling \( g_1 - 2g_2 = 0.6 \) and of the band structure anisotropy \( g_1/g_2 = 10 \), the same authors have calculated, using \( T_c = 1.2 \text{ K} \), that the superconducting precursor region will extend up to about 30 K.

In conclusion, organic superconductors of the (TMTSF)\text{X} series exhibit several characteristic features of quasi-1-D electron gas and, in addition, a narrow 3-D ordering transition satisfying approximately mean-field rules is observed. Superconductivity of organic conductors is, very likely, not at its optimum in the (TMTSF)\text{X} series. It may be possible to take advantage of the strong 1-D divergence at higher temperature and an increase of the interchain coupling could therefore allow a substantial increase of the critical temperature.

REFERENCES


CM Division

The 4th General CMD Conference of the European Physical Society will be held from 10 to 23 March 1984 in The Hague, The Netherlands. All members of the EPS-Condensed Matter Division are invited to send suggestions for invited speakers and topics for symposia for this conference within two weeks of the appearance of this announcement to the chairman of the programme committee:

Prof. P. Wyder, Physics Laboratory, University of Nijmegen, Toernooiveld, 6525 ED Nijmegen, The Netherlands.

Editor: E.N. Shaw
Meetings Compilation: W.S. Newman
Editorial Board:
K. Appert, A. Baratoff, G.J. Béné, G.R. Macleod, A. Maeder, J. Muller
Editorial and Advertising Office at the EPS Secretariat.
Address: EUROPEAN PHYSICAL SOCIETY
P.O. Box 68
CH-1213 Petit-Lancy 2
Switzerland
Telex: 23455 alarm ch
Cables: ephysin geneve
Printed by: Pfister frères SA
Tel: 23 456 alarm ch

EPS Divisions, Sections and Group

Astronomy and Astrophysics Division
Solar Physics Section
Atomic and Molecular Physics Division
Atomic Spectroscopy Section
Chemical Physics
Electronic and Atomic Collisions
Molecular Physics
Computational Physics Group
Condensed Matter Division
Low Temperature Physics Section
Magnetism
Metal Physics
Nuclear Physics Division
Optics Division
Plasma Physics Division
Quantum Electronics Division

Europhysics News is the official journal of the European Physical Society which comprises 29 National Societies, Academies and Groups, over 3000 Individual Members and 62 Associate Members. Governing bodies of EPS are the General Meeting, Council and an elected Executive Committee responsible for detailed policy. EPS promotes the collaboration of physicists throughout Europe, organising and harmonising conferences, and promotes international exchanges in physics including participation in research and teaching activities abroad and attendance at schools. EPS publishes in addition to DV, Europhysics Conference Abstracts, E. Ed. News and, in collaboration with The Institute of Physics (UK), the European Journal of Physics. Individual Members receive EN free of charge (price to institutions: Sw.Fr. 82.-/a), relates on the price of many publications and on conference fees. Annual EPS membership fee for Individual Members who belong to one of the EPS member societies for 1983 is: Sw.Fr. 40.--; for independent members: Sw.Fr. 120.--.